The effect of gamma irradiation on chemical, morphology and optical properties of polystyrene nanosphere at various exposure time

Jibrin Alhaji Yabagi, 1,2, Mohammed Isah Kimpa 1,3, Muhammad Nmayaya Muhammad 1,2, Saiful Bin Rashid 4, Embong Zaidi 1 and Mohd Arif Agam 1*

1 Department of Science, Universiti Tun Hussein Onn Malaysia Pagoh Campus, 84600 Pagoh, Muar, Johor, Malaysia
2 Department of Physics, Ibrahim Badamasi Babangida University Lapai Niger State Nigeria 286 Lapai
3 Department of Physics, Federal University of Technology Minna Niger State Nigeria 09 Bosso
4 Department of Physics, Faculty of Science, University of Technology Malaysia 81310 Skudai, Johor Malaysia

jibrinbida@yahoo.com

Abstract. Irradiation of polymers causes structural, chemical and the optical properties changes. Polystyrene nanosphere was drop coated to substrates and the gamma irradiation was carried out in a Cesium-137 (Cs-137) source chamber at different time (1-5 hours) with constant dose of 30 kGy. Fourier transformation infrared spectroscopy (FTIR) and Raman spectroscopy were employed to characterize the chemical properties of irradiated polystyrene while Scanning Electron Microscopy (SEM) and Atomic Force Microscopy (AFM) were used to study the surface morphological changes of the samples. The optical energy band gaps of the thin films were investigated and studied using transmittance and absorbance measurements. The results obtained revealed that as irradiation time increases the optical properties changes and polystyrene gradually undergoes crystal to carbonaceous from its amorphous state. The average particles diameter and roughness of the samples decreases with increasing irradiation time.

1. Introduction
Polymers are often exposed in radiation environments such as gamma rays [1][2] laser [3][4][5], X-rays [6] electrons beam [7][8], photonic and ions [9] which may affect the chemical and physical properties of these materials where atomic or molecular excitation and ionization occurred resulting in the changes of chemical bonds, intermolecular cross-linking, formation of free radicals and unsaturated bonds, etc. These processes cause defects and re-arrangement of polymer matrices, which are responsible for most of the changes observed in the physico-chemical properties of polymers [7]. Polymers have been extensively studied as promising materials for integrated optical device due to the broad spectrum of possible applications in data transmission and processing systems [10].

Polymers have become a very attractive for photonic device due to their easily processed; offer high flexibility, tailor made properties and have a relatively low cost, especially polystyrene, PMMA
[11]–[15]. It is known that polystyrene (PS) is an important material in both academic research and industry. PS has a simple chemical structure that consists of both unsaturated aromatic ring and saturated aliphatic chain [16]. Studies have shown that the surface modification of PS, especially the chemical reactions occurred at the unsaturated and saturated bonds. Recently, attention has been paid to modification of PS with respect to micro-fluidics, cell culture and electronic applications. In most works, the effects of gamma or laser treatments on alterations in the polystyrene have been investigated [17]–[19]. Physicochemical changes in this layer, induced by the gamma or laser radiation, have also been reported [20][21].

This work focuses on the effects of over exposure gamma irradiation of polystyrene by chemical, morphology and optical properties of polystyrene nanosphere at various time of exposure. The samples were characterized by means of Fourier Transform Infrared (FTIR), Raman spectroscopy, Scan Microscopy (SEM), Atomic Force Microscopy (AFM) and Ultra violet-visible spectrometer (UV-Vis) measurements. The optical energy band gaps and number of carbon atoms deduced from transmittance spectra are discussed.

2. Experiment

2.1. Methods and characterization
The p-type Silicon wafer was cut into 1 x 1 cm² and the wafers were treated in piranha solution (H₂SO₄:H₂O₂ =3:1) for 45 min at 80°C, the substrates were then rinsed in deionized water and dried with nitrogen before use [5]. Polystyrene nanospheres with a mean diameter of 500 nm and a concentration of 10 wt% in solution were purchased from Sigma Aldrich and was used without further purification, to achieve a large-area hexagonal close-packed nanosphere monolayer, the PS nanosphere solution was diluted to be 2 wt% with deionized water, then about 10 µL PS nanosphere suspensions with the concentration of 2 wt% was dropped on silicon wafer and allowed to dry at room temperature before gamma irradiation treatment. The gamma irradiation was performed at room temperature in air atmosphere using a Cesium-137 (Cs-137) source and irradiation times were taken as 1-5 hour.

FTIR analysis was performed using a Perkin Elmer FTIR Spectrometer LR 64912C, N3896 equipped with a universal Attenuated Total Reflectance (ATR) sample stage. The sample molecular structure was determined within the range of 4000–400 cm⁻¹ with a resolution of 4 cm⁻¹. Raman spectroscopy was carried out using XploRA plus Raman microscope Horiba scientific with 532 nm line of a He-Ne laser as the excitation source. The laser power was maintained at a lower value to avoid laser induced heating of the sample. Roughness of the samples was studies using Atomic Force Microscopy (AFM) XE-100 Park systems. The measurement was carried out using non-contact mode under the room temperature conditions with scan size of 5 μm x 5 μm, high resolution 256 pixels x 256 pixels. Morphology of the samples were obtained using Scanning Electron Microscope (Hitachi SU1510) and coated with platinum before characterization. The optical energy band gap of irradiated PS and non-irradiated PS thin films were studied using the optical transmittance spectra recorded on the samples with the help of UV-Vis-NIR double beam spectrophotometer. The optical transmittance spectrums of samples were recorded in the range of 320-900 nm wavelengths.
2.2. Data analysis

2.2.1. Optical energy band gap.

The optical energy band gap can be estimated by calculating the optical absorption coefficient (\( \alpha \)) from transmittance data obtained using the following relation:

\[
\alpha = \frac{1}{d} \ln \left( \frac{1}{T} \right),
\]

where \( T \) is the transmittance and \( d \) is the film thickness. The thin film under study has an absorption coefficient (\( \alpha \)) obey the following relation for high photon energies (\( h\nu \)). The energy band gap was estimated by assuming direct and indirect bands using Tauc’s equation:

\[
cdhv = B(h\nu - E_g)^n
\]

where \( E_g \) is the band gap of the samples, \( h\nu \) is the photon energy, \( B \) is band tailing parameter that depends on the electron-hole mobility and \( n \) is a constant which determines the type of transition (\( n = 1/2 \) and \( 3/2 \) for direct allowed and forbidden transitions \( n = 2 \) and \( 3 \) for indirect allowed and forbidden transitions respectively) [22], [23].

2.2.2. Number of carbon atoms \((N)\) The number of carbon atoms \((N)\) in a cluster is correlated to the optical band gap \((E_g)\). The number carbon atoms per conjugated length \(N\) was calculated by modified Tauc’s equation [24]:

\[
N = \frac{2\pi\beta}{E_g}
\]

where \( 2\beta \) is the energy of a pair of adjacent \( \pi \) sites and \( \beta \) is taken to be \( \sim 2.9 \text{eV} \) as it is associated with the \( \pi \rightarrow \pi^* \) optical transition in the \( -C=C- \) structure [1][24].

3. Results and discussions

3.1. Chemical properties

The molecular structures of both irradiated and non-irradiated polystyrene with gamma irradiation are performed using FTIR and Raman spectroscopy. FTIR spectra of non-irradiated PS and irradiated PS are shown in figure 1 at various at various time of exposure (a-f). FTIR spectrum of non-irradiated PS have characteristic band at 3100 - 3000 cm\(^{-1}\) corresponds to the =C-H stretching due to the aromatic ring, peaks at 2924 and 2846 cm\(^{-1}\) is attributed to the symmetrical and asymmetrical stretching vibration of CH\(_2\), bands at 1602, 1490 and 1447 cm\(^{-1}\) correspond to stretching vibration of the C=C bond on the benzene ring, band at 1023 cm\(^{-1}\) correspond to C-O and bands at 902 cm\(^{-1}\) is assigned to the C-H out-of-plane bending vibration of the benzene ring [25]–[27]. Irradiated PS bands are found to be affected, bands reduced in intensity and become broader compared with non-irradiated PS which indicate the structural changes as a result of gamma irradiation. It’s clearly shown that intensity of
band at 1602 cm\(^{-1}\) for samples (b-f) reduced due to gamma irradiation and also the band at 2924 cm\(^{-1}\) shifted 2951 for 2hr, 2979 cm\(^{-1}\) for 3hr and 3044 cm\(^{-1}\) for 5hr.

![FTIR spectra of polystyrene at various time of exposure](image)

**Figure 1.** FTIR spectra of polystyrene at various time of exposure (a) non-irradiated PS, (b) 1hr, (c) 2hr, (d) 3hr, (e) 4hr, (f) 5hr gamma irradiation.

Raman analysis was performed using Raman micro spectrometers in backscattering geometry. Raman spectroscopy is a quick and non-destructive technique to analysis mainly carbon samples. Figure 2 (a-f) shows the Raman spectra of both non-irradiated and irradiated PS with gamma irradiation at different interval of time. Spectra peaks of polystyrene are present at 1002 cm\(^{-1}\) correspond to the aromatic breathing, peaks at 1030 cm\(^{-1}\) assigned to C-H bending, peaks at 1602 cm\(^{-1}\) modes are the most intense band correspond to the C=C aromatic ring stretching and peak at 620 cm\(^{-1}\) assigned to ring deformation [28]–[32]. The non-irradiated PS spectrum reveals that peak at 1602 cm\(^{-1}\) is due to stretching of benzene rings, and increase intensity as the irradiation time increases.
3.2. Morphology properties

Figure 3 (a-f) show top views of SEM images obtained for both non-irradiated and irradiated polystyrene respectively. Figure 3a shows the non-irradiated surface morphology of the PS film, it can be seen that a self-assembled monolayer of PS coated clearly formed in hexagonal shape arrangement on the silicon substrate. After irradiation at different time of exposure it revealed that the average diameter of individual PS beads reduced in size and shape, as the time of irradiation increase from 1-5 hours. However the original hexagonal lattice was maintained and become more carbonaceous material due to fragmentation formed between PS beads and also create gap in void. As reported in previous work, [4][5][33] the carbonization of polymers will produce volatile gases and the volume of polymers will decrease obviously due to loss of atoms [34]. Therefore evolution of the gap between each polystyrene bead as illustrated in figure 3(b-f).

Atomic force microscopy is a powerful tool for identify both surface morphology of the thin films and obtain information about the roughness, height asymmetries values such as the skewness and kurtosis of the films. The average roughness, root mean square (rms) and height asymmetry values are measured using a software analysis from AFM instrument and the results obtained are depicted table 1.

It is appear from the table 1 that average roughness of the samples increases as the exposure time increases.

**Figure 2.** Raman spectra of polystyrene at various time of exposure (a) non-irradiated PS, (b) 1hr, (c) 2hr, (d) 3hr, (e) 4hr, (f) 5hr irradiation.
Figure 3. SEM images of polystyrene at various time of exposure (a) non-irradiated PS (b) 1hr (c) 2hr (c) 3hr (d) 4hr (e) 5hr gamma irradiation.

Figure 4 shows the AFM images obtained from both non-irradiated and irradiated polystyrene at various time of exposure. Figure 4a show that for non-irradiated PS many sharp and regular present over the whole substrate surface. The case is different for 3-5hr gamma irradiation their AFM images show significant change in topography compared to 1hr, 2hr and non-irradiated PS these could be caused by overexposure of gamma irradiation [35]. AFM results are also accorded with SEM results and optical measurements, and further confirm the enhancement of the chemical resistance of PS by gamma irradiation resulted to the formation of carbonaceous material.

Table 1: Statistical parameters of the irradiated polystyrene thin films at various time of exposure

| Statistical parameters       | Samples | 1hr   | 2hr   | 3hr   | 4hr   | 5hr   |
|------------------------------|---------|-------|-------|-------|-------|-------|
| Average roughness (nm)       | Pure PS | 20.4  | 22.15 | 20.3  | 144.1 | 147.8 | 126.5 |
| RMS roughness (nm)           |         | 23.8  | 30.5  | 27.6  | 162.5 | 166.9 | 153.9 |
| Skewness S_k                 |         | 0.29  | 1.88  | 0.98  | 0.56  | -0.48 | 0.87  |
| Kurtosis S_k                 |         | 2.39  | 9.31  | 4.896 | 1.84  | 1.82  | 2.63  |
3.3. Energy band gap

The values of $E_g$ at different time of exposure were estimated by extrapolation of the linear part of the plots to $(\alpha h \nu)^2 = 0$ from the curve of $(\alpha h \nu)^2$ versus $h \nu$ in the high absorption range are shown in figure 5. The values of energy band gaps ($E_g$) were listed in table 2. From results, the values of the optical energy band gap decreased with increase in time of exposure as observed in figure 5. This decrease in the optical energy values is due to creation of carbon enriched clusters to the partial evolution of hydrogen molecules. Also may be due enhanced diffusion rate of $\pi$-electron in the forbidden energy level of polymer formation of defects or creation of carbonaceous cluster. The results are in agreement with the results obtained by Sharma et al. [23].

Table 2: Show the values of estimated energy band gap and number of carbon atoms (N) in a cluster of both irradiated and non-irradiated polystyrene.

| Samples | Value of estimated energy band gap (eV) | Number of carbon atoms (N) in a cluster |
|---------|---------------------------------------|---------------------------------------|
| PS      | 2.02                                  | 9                                     |
| 1hr     | 1.97                                  | 9                                     |
| 2hr     | 1.82                                  | 10                                    |
| 3hr     | 1.80                                  | 10                                    |
| 4hr     | 1.79                                  | 10                                    |
| 5hr     | 1.72                                  | 11                                    |
Figure 5: Energy band gap of polystyrene at various time of exposure (a) non-irradiated PS (b) 1hr (c) 2hr (d) 3hr (e) 4hr (f) 5hr gamma irradiation.

3.4. Number of the carbon atoms
The number of the carbon atoms increases with increasing irradiation time as depicted in table 2. This is attributed to the breakage of C-H bonds upon irradiation and the collapse or escape of hydrogen as hydrogen molecules, however, carbonaceous clusters are supposed to rich with charge carriers that enhance the optical properties in radiation bombarded polymers and they also influence the electrical conductivity of such materials [36].

4. Conclusions
Polystyrene nanosphere was successfully prepared by drop coating method onto substrate and treated by gamma irradiation different time (1-5 hours) with constant dose of 30 kGy. In this work, the overexposure of PS by gamma irradiation was systematically changing the morphology, chemical and optical properties of the samples. It was observed that irradiated samples reduce the average particles diameter and change the roughness of the samples as the irradiation time increases. The chemical properties revealed that the chemical resistance of PS by gamma irradiation resulted to the formation of carbonaceous material. The optical band gap of the thin films decreased with the increasing gamma irradiation time and polystyrene gradually undergoes crystallization from its amorphous state.
5. References

[1] Abdul-kader A M, Zaki M F and El-badry B A 2014 Modified the optical and electrical properties of CR-39 by gamma ray irradiation J. Radiat. Res. Appl. Sci. 7 286–91
[2] Bushra A, Hasan M A S and A A H 2012 Optical Properties of Poly Vinyl Chloride PVC Films Irradiated with Beta and Gamma – Br. J. Sci. 7
[3] Mustafa M U, Agam M A, Md Juremi N R, Mohamad F, Wibawa P J and Ali A H 2011 Physical and chemical changes of polystyrene nanospheres irradiated with laser AIP Conf. Proc. 1347 67–71
[4] Wibawa P J, Saim H, Agam M A and Nur H 2013 Manufacturing and morphological analysis of composite material of polystyrene nanospheres/cadmium metal nanoparticles Bull. Chem. React. Eng. Catal. 7 224–32
[5] Jibrin A.Y, Isah M.K, Muhammad N.M, Kasim I.U Z E and M.A and A 2017 Structural Transformation of Polystyrene Nanosphere Produce Positive and Negative Resists by Controlled Laser Exposure Adv. Sci. Lett. 23 6613–6617
[6] Fahmy A and Friedrich J 2012 Degradation behavior of thin polystyrene films on exposure to Ar plasma and its emitted radiation J. Adhes. Sci. Technol. 27 324–38
[7] Mathad R D, Harish Kumar H G, Sannakki B, Ganesh S, Sarma K S S and Badiger M V. 2009 High energy electron irradiation effects on polystyrene films Radiat. Eff. Defects Solids 164 656–64
[8] Onyiriuka E C 1993 Effects of high-energy radiation on the surface chemistry of polystyrene: A mechanistic study J. Appl. Polym. Sci. 47 2187–94
[9] Terrasi A, Foti G, Hwu Y and Margaritondo G 1991 Valence-band states of ion-bombarded polystyrene J. Appl. Phys. 70 1885
[10] Netcheva S and Bertrand P 1999 Surface topography development of thin polystyrene films under low energy ion irradiation Nucl. Instruments Methods Phys. Res. B 151 129–34
[11] Becker M R, Stefani V, Correia R R B, Bubeck C, Jahja M and Forte M M C 2010 Waveguide optical properties of polystyrene doped with p-nitroaniline derivatives Opt. Mater. (Amst). 32 1526–31
[12] Abdelghany A M, El-Damrawi G, ElShahawy A G and Altomy N M 2017 Structural Investigation of PVC/PS Polymer Blend Doped with Nanosilica from a Renewable Source Silicon
[13] Han Y, Wu Y, Shen M, Huang X and Zhu J 2013 Preparation and properties of polystyrene nanocomposites with graphite oxide and graphene as flame retardants J. Mater.
[14] Song X, Dai Z, Xiao X, Li W, Zheng X and Shang X 2015 Formation of carbonized polystyrene sphere/hemisphere shell arrays by ion beam irradiation and subsequent annealing or chloroform treatment Sci. Rep.
[15] Alsharaeh E H 2016 Polystyrene-poly(methyl methacrylate) silver nanocomposites: Significant modification of the thermal and electrical properties by microwave irradiation Materials (Basel). 9
[16] Xu X, Kwok R W M and Lau W M 2006 Surface modification of polystyrene by low energy hydrogen ion beam Thin Solid Films 514 182–7
[17] Wang B 2016 Surface Modification of Polystyrene by Femtosecond Laser Irradiation J. Laser Micro/Nanoengineering 11 253–6
[18] Wu D, Ge X, Huang Y, Zhang Z and Ye Q 2003 Radiation synthesis of silver-polystyrene and cadmium sulfide-polystyrene nanocomposite microspheres Mater. Lett. 57 3549–53
[19] Xiao T, Cai C, Peng L and Wu W 2013 Fabrication and characteristics of self-assembly nano-polystyrene films by laser induced CVD Appl. Surf. Sci. 282 652–5
[20] Duan H, Zhao J, Zhang Y, Xie E and Han L 2009 Preparing patterned carbonaceous nanostructures directly by overexposure of PMMA using electron-beam lithography. Nanotechnology 20 135306
[21] Bhuvana T and Kulkarni G U 2008 Polystyrene as a zwitter resist in electron beam lithography based electroless patterning of gold Bull. Mater. Sci. 31 201–6
[22] Thirumavalavan S, Mani K and Sagadevan S 2015 Investigation of the Structural, Optical and Electrical Properties of Copper Selenide Thin Films Mater. Res. 18 1000–7
[23] Sharma D, Sharma P and Thakur N 2009 Analysis of the optical constants of spun cast polystyrene thin film Optoelectron. Adv. Mater. Rapid Commun. 3 145–8
[24] Zaki M F 2015 He–Ne laser induced changes to CN-85 polymer track detector J. King Saud Univ. - Sci.
[25] Eyssa, H.M. Osman, M. Kandil, S.A. Abdelrahman M M 2016 Effect of ion and electron beam irradiation on surface morphology and optical properties of PVA Nucl. Sci. Tech. 26 1–6
[26] Yoon H, Lee J, Park D W, Hong C K and Shim S E 2010 Preparation and electrorheological characteristic of CdS/Polymerene composite particles Colloid Polym. Sci. 288 613–9
[27] Song X, Dai Z, Xiao X, Li W, Zheng X, Shang X, Zhang X, Cai G, Wu W, Meng F and Jiang C 2015 Formation of Carbonized Polystyrene Sphere/hemisphere Shell Arrays by Ion Beam Irradiation and Subsequent Annealing or Chloroform Treatment Sci. Rep. 5 17529
[28] Djaoued Y, Badilescu S, Balaji S, Seirafianpour N, Hajabioli A, Kahrizi M, Truong V, Sadeghian R B, Braedley K and Bru R 2007 Micro-Raman Spectroscopy Study of Colloidal Crystal Films of Polystyrene – Gold Composites 61 1202–10
[29] Meyer M W, Nguyen V H T and Smith E A 2013 Scanning angle Raman spectroscopy measurements of thin polymer films for thickness and composition analyses Vib. Spectrosc. 65 94–100
[30] Roy D and Rae A 2013 Prospects of the Emerging Raman Scattering Tools for Surface and Nanoanalysis Mapan - J. Metrol. Soc. India 28 285–97
[31] Saito R and Kataura H 2001 Optical Properties and Raman Spectroscopy of Carbon Nanotubes Carbon Nanotub. 80 213–47
[32] Schrader B 1994 Infrared and Raman Spectroscopy-Methods and Applications
[33] Wibawa P J, Agam M A, Nur H and Saim H 2011 Changes in physical properties and molecular structure of polystyrene nanospheres exposed with solar flux AIP Conf. Proc. 1341 54–61
[34] Kim E, Kyhm J, Kim J H, Lee G Y, Ko D-H, Han I K and Ko H 2013 White light emission from polystyrene under pulsed ultra violet laser irradiation. Sci. Rep. 3 3253
[35] Rytlewski P and Żenkiewicz M 2009 Laser-induced surface modification of polystyrene Appl. Surf. Sci. 256 857–61
[36] Abdul-Kader A M 2009 Photoluminescence and optical properties of He ion bombarded ultra-high molecular weight polyethylene Appl. Surf. Sci. 255 5016–20

Acknowledgements
This work was financial supported by Centre for Graduate Studies, Graduate Research Incentive Grant (GIPS) Project Vot U302 and Faculty of Science, Technology and Human Development Universiti Tun Hussein Onn Malaysia. The authors are gratefully acknowledging the continued support from Microelectronics and Nanotechnology Shamsuddin Research Centre (MiNT-SRC) Universiti Tun Hussein Onn Malaysia and Ibrahim Badamasi Babangida University Lapai, Niger State Nigeria.